Boron Doped TiO₂ For The Photodegradation of 4-nitrophenol: Optimization of The Doping Parameters

Nazli Turkten 1, Dila Kaya 2, and Zekiye Cinar 3
1Kirsehir Ahi Evran University, Department of Chemistry, Kirsehir, Turkey
2Istanbul Medeniyet University, Department of Chemistry, Istanbul, Turkey
3Yildiz Technical University, Department of Chemistry, Istanbul, Turkey

Abstract

In this work we prepared boron doped TiO₂ (B-TiO₂) photocatalysts and evaluated their photocatalytic activity for the degradation of our model organic pollutant, 4-nitrophenol (4-NP). The photocatalysts were prepared using wet impregnation method with different calcination times, calcination temperatures and dopant amounts in order to determine the optimum parameters. The degradation of the pollutant was carried out in a specially designed degradation chamber and characterized by UV-Vis spectrophotometry. The degradation kinetics were evaluated with pseudo-first order kinetics by comparing rate constants and half-lives of various photocatalytic reactions. It was found that the highest removal rate was obtained for 0.50 % boron doping with calcination at 450°C for 3 hours. The results showed that TiO₂ could be doped with boron, which is in abundance in our country, and used for the photocatalytic degradation of a toxic pollutant in water. The promising results for the organic matter removal could pave the way for further studies of environmental applications.

Keywords:
Boron doped TiO₂; Photocatalysis; 4-Nitrophenol; Pseudo first order kinetics; Doping parameters.

Introduction

With diminishing resources for drinkable water in the world, wastewater treatment is more relevant than ever today. There are a number of physical, chemical, electrochemical and biological treatment methods [1-5] to remove harmful pollutants from aqueous systems. One of these methods is photocatalysis which is one of the advanced oxidation processes (AOPs) and basically includes the use of a photocatalyst for the mineralization of the pollutant into harmless small molecules such as CO₂ and H₂O [6, 7]. This is made possible by oxidation with reactive oxidizing radicals produced from the combined use of a photocatalyst and an appropriate light source.

Heterogeneous photocatalysis is an economically feasible choice among AOPs since it has low operation costs and it is possible to work at ambient conditions without the need of other chemicals [8]. The most widely researched and utilized photocatalyst is TiO₂ which is a semiconductor with a band gap energy of approximately 3.2 eV [9, 10]. Due to this band gap energy, photocatalytic degradation using TiO₂ is performed under ultraviolet (UV) light which has the corresponding energy to initiate the excitation and transfer of an electron from the valence band to the conduction band of TiO₂, leaving behind a positively charged hole. The formation of these electron-hole (e⁻ / h⁺) pairs leads to the subsequent oxidation of adsorbed organic matter on TiO₂ surface through the generation of reactive oxidizing species such as HO₂⁻, HO⁻ and O₂•⁻ [11, 12].

There is a variety of approaches and strategies such as surface modification [13, 14], doping with another element [15, 16] or synthesizing composite materials [17, 18] to enhance the activity of TiO₂ under solar light or to obtain a more powerful photocatalyst. We have found through our previous research that doping with metals [19, 20], non-metals [21] or co-doping [16, 22] could influence the photocatalytic activity of TiO₂ for the degradation of a variety of pollutants. In this work, we have used boron as the dopant and obtained B-TiO₂ which has previously been utilized as a catalyst [23-25]. It is known that doping with transition metals narrows the band-gap of TiO₂, making it more efficient under solar light and reduces the recombination rate of electron-hole (e⁻ / h⁺) pairs [26].

Boron deposits in Turkey are estimated to be 948 million tons according to 2017 report of Turkish National Boron Research Institute, which constitutes 73% of...
Phenols and their derivatives are pollutants that are known to cause toxicity in wastewaters. Especially nitrophenols that are highly toxic are released in water as effluents of numerous industries [28]. One of these compounds is 4-nitrophenol (4-NP) which has a maximum allowed concentration of 20 ppb in water [6]. We have chosen 4-NP as the pollutant to be studied because of its environmental relevance and toxicity.

In this work, we prepared B-doped TiO$_2$ photocatalysts by altering the experimental conditions. Successful doping was shown by SEM-EDX measurements. The photocatalytic activity of the catalysts were determined from the heterogeneous photocatalytic degradation of 4-NP. We have investigated the effects of calcination time, calcination temperature and dopant amount in order to find the most promising photocatalyst in terms of activity. We used pseudo-first order kinetic model to obtain and compared rate constant values of the photocatalytic reactions. We also studied the removal percentages of the pollutant for assessing the photocatalytic efficiencies of the newly prepared B-TiO$_2$ photocatalysts. We compared our results with the photocatalytic removal of 4-NP by bare TiO$_2$.

**MATERIAL AND METHODS**

We used Evonik P25 TiO$_2$ as the precursor to be doped. Evonik P25 is a mixture of anatase (79%) and rutile phases (21%). The doping procedure was achieved using the well-established wet impregnation method. Boric acid (H$_3$BO$_3$) was used as the dopant source. It was obtained from Merck and used without further purification. All the solutions were prepared with distilled water.

**Preparation of Doped Photocatalysts**

Boron doped photocatalysts were obtained via wet-impregnation method where TiO$_2$ is impregnated with the dopant solution, which in our case was boric acid. Briefly, we mixed 10 g TiO$_2$ with 15 mL aqueous boric acid solution at different concentrations and stirred at room temperature for 1 hour. Dopant concentration was varied between 0.25 – 1.00% wt. Obtained photocatalysts were then washed with distilled water and dried for 24 hours at 373 K. After the drying process, the samples were calcined at 350, 450 and 550°C for predetermined amounts of time. In order to achieve a narrow size distribution of the particles, the calcined photocatalysts were ground and sieved from a 32 Micron sieve. The complete preparation process is summarized in Figure 1.

The abbreviations for the obtained photocatalysts stand for their preparation conditions. For example, 0.25-B-450-3 stands for the photocatalyst that has 0.25% wt. boron and was calcined at 450°C for 3 hours. All photocatalysts were named accordingly and presented in Table 1.

**Characterization of Photocatalysts**

In order to show that the wet impregnation of TiO$_2$ with boron was indeed achieved successfully, we have used scanning electron microscopy with energy dispersive X-ray analysis (SEM-EDX). The analysis was carried on a FEI-Philips XL30 instrument equipped with EDAX unit operating at 5 kV. Photocatalyst powders were supported on carbon tape prior to analysis.

**Table 1.** Boron Dose (% wt.), Calcination Times and Temperatures for the Preparation of Doped Photocatalysts.

| Photocatalyst | Boron Dose (% wt.), Calcination Temperature and Time |
|---------------|-----------------------------------------------------|
| 0.25-B-450-3  | 0.25% B, 450°C, 3hr                                 |
| 0.50-B-450-3  | 0.50% B, 450°C, 3hr                                 |
| 0.50-B-450-5  | 0.50% B, 450°C, 5hr                                 |
| 0.50-B-350-1  | 0.50% B, 350°C, 1hr                                 |
| 0.50-B-350-3  | 0.50% B, 350°C, 3hr                                 |
| 0.50-B-350-5  | 0.50% B, 350°C, 5hr                                 |
| 0.50-B-550-1  | 0.50% B, 550°C, 1hr                                 |
| 0.50-B-550-3  | 0.50% B, 550°C, 3hr                                 |
| 0.50-B-550-5  | 0.50% B, 550°C, 5hr                                 |
Photocatalytic Degradation Experiments

In order to assess the photocatalytic capabilities of the B-TiO₂ samples, we have investigated the degradation reaction of 4-NP under UV-A light in a specially designed reactor. The reactions were carried out in a double-jacketed pyrex photoreactor. Five 8-watt black fluorescent lights were used as the light source. The reactor was connected to a water bath to utilize constant temperature at 25°C. 600 mL solution containing 4-NP (1.0 × 10⁻⁴ mol/L) with 0.2 g/100 mL B-TiO₂ photocatalyst was suspended in an ultrasonic bath for 30 minutes in dark in order to reach adsorption equilibrium. The solution was then introduced to the photocatalytic reactor and mechanically stirred through the reaction. The photocatalytic experiments were carried out at the natural pH of the solutions without pH adjustment. 10 mL samples were collected at predetermined time intervals and were immediately filtered through 0.45 μm Millipore HA (cellulose acetate) filters to separate TiO₂ from the solution. Absorbance values of the samples at λ = 317 nm were determined with a Perkin Elmer LS 55 UV-Visible spectrophotometer, and the concentrations of the solutions were calculated from calibration curves.

Photocatalytic efficiencies were compared using removal percentages of 4-NP with B-TiO₂ photocatalysts. These were calculated from Eq.1 where C₀ is the initial 4-NP concentration and C is 4-NP concentration at time t.

Removal % = \left( \frac{C_0 - C}{C_0} \right) \times 100 \tag{1}

Experiments in identical conditions were also carried out for bare Evonik P25 TiO₂ for comparison purposes.

Kinetic Calculations

The degradation was estimated to follow pseudo-first order kinetics as was the case in our previous works [16, 29]. The degradation rate constant was obtained from Eq. 2 where C₀ is the initial concentration (mol/L), C is the concentration (mol/L) after time (t) (mins) of the degradation reaction, and k is the first-order rate constant:

\ln \left( \frac{C}{C_0} \right) = kt \tag{2}

RESULTS AND DISCUSSION

Effect of Dopant Amount

Photocatalysts were prepared using different amounts of dopant and their efficiencies on 4-NP degradation were investigated. With this purpose, 0.25, 0.50, 0.75 and 1.00 % wt. boric acid was used as dopant and 3 hours of calcination at 450°C was performed. Degradation reaction was continued for 120 mins and C/C₀ values were plotted against time in Fig.2.

Kinetic data was modeled by pseudo first-order reaction kinetics and rate constants (k, min⁻¹), as well as half-lives (t₁/₂, min) were calculated from Fig. 2 using Eq. 2 and listed in Table 2. Removal % values were calculated according to Eq. 1 and also presented in Table 2.

It can be seen that the photocatalytic degradation rate of 4-NP increased and then decreased and it was found that among the studied range, 0.50 % wt. showed the best result in terms of degradation with 68.47% removal. Photocatalytic degradation rate constant was also found to be highest for 0.50-450-3 which consequently yielded the lowest half-life. A similar behavior was observed for selenium doping of TiO₂ by Gurkan et. al. [30] which was attributed to two conflicting effects of doping. Enhanced photocatalytic activity is caused by the energy levels generated by the dopant ion, which acts as an electron or a hole trap. Also, the reaction rate is directly proportional to the absorption of photons, which again is increased by doping. But if the dopant concentration is high (i.e. higher than 0.50% wt.), increase in the recombination rate of the charge carriers is observed because of the decreased average distance between trap sites. We continued our experiments with 0.50% wt. dopant as the optimum amount since it provided the highest photocatalytic activity of the studied photocatalysts.

| Table 2. Effect of dopant amount of B-TiO₂ photocatalysts for the degradation of 4-NP |
|------------------------------------------|-----------|----------|--------|
| Photocatalyst | Removal (%) | k (10⁻³.min⁻¹) | t₁/₂ (min) |
| 0.25-450-3 | 59.02 | 7.71 | 89.90 |
| 0.50-450-3 | 68.47 | 9.26 | 74.85 |
| 0.75-450-3 | 56.13 | 6.56 | 105.66 |
| 1.0-450-3 | 56.99 | 7.29 | 95.08 |
Effects of Calcination Time and Temperature

In order to investigate the effects of calcination properties on the photocatalytic activities of the photocatalysts, we used three different calcination times and three temperature values. Studied calcination times and temperatures were 1, 3, and 5 hours, and 350, 450, and 550°C, respectively. The removal % value for each photocatalyst was calculated and given in Fig. 3.

When Fig. 3 is taken into account, we can conclude that highest removal percentages were obtained with photocatalysts prepared by 3 hours calcination time for every temperature value. This finding suggests that the optimum calcination time is 3 hours. For a better comparison, we also give the dependence of removal % values to calcination temperatures in Fig. 4.

![Figure 3. Removal % values for photocatalysts with different calcination times and temperatures.](image)

![Figure 4. Dependence of removal % values for photocatalysts with different calcination temperatures.](image)

We can conclude that out of the studied calcination temperature values, photocatalyst prepared at 450°C had the highest photocatalytic efficiency for the degradation of 4-NP. This finding suggests that the optimum calcination temperature is 450°C. For a better comparison, we also give the dependence of removal % values to calcination temperatures in Fig. 4.

![Figure 3. Removal % values for photocatalysts with different calcination times and temperatures.](image)

![Figure 4. Dependence of removal % values for photocatalysts with different calcination temperatures.](image)

We can conclude that out of the studied calcination temperature values, photocatalyst prepared at 450°C had the highest photocatalytic efficiency for the degradation of 4-NP. The exact ranking was 450°C > 550°C > 350°C with 68.47%, 62.03% and 60.43%, respectively.

The kinetic parameters of the photocatalytic degradation reactions were also calculated and given in Table 3 for each photocatalyst prepared by different calcination times and temperatures.

| Photocatalyst | Removal (%) | k (10^-3 min^-1) | t_1/2 (min) |
|---------------|-------------|-----------------|------------|
| 0.50-450-1    | 58.61       | 7.44            | 93.16      |
| 0.50-450-3    | 68.47       | 9.26            | 74.85      |
| 0.50-450-5    | 62.37       | 7.82            | 88.64      |
| 0.50-350-1    | 56.56       | 7.48            | 92.67      |
| 0.50-350-3    | 60.43       | 7.60            | 91.20      |
| 0.50-350-5    | 57.94       | 7.20            | 96.27      |
| 0.50-550-1    | 55.68       | 6.57            | 105.50     |
| 0.50-550-3    | 62.03       | 8.20            | 84.53      |
| 0.50-550-5    | 59.10       | 7.69            | 90.14      |

Table 3 shows that once again 0.50-450-3 yields the best photocatalysis efficiency for the degradation of 4-NP. The obtained rate constant for this photocatalyst was 9.26 x 10^-3 min^-1, which is higher than all other prepared photocatalysts. This finding suggests that the degradation of half of the initial 4-NP concentration takes approximately 75 mins where it could be as high as 105.50 mins, which is the case for 0.50-550-1.

Comparison of Doped and Bare TiO_2 Efficiencies

We have also compared the photocatalytic efficiencies of doped and bare TiO_2 under UV light in order to reveal the effect of doping with boron. The results of photodegradation of 4-NP with doped (0.50-450-3) and bare P25 TiO_2 under identical experimental conditions of photocatalyst amount, 4-NP concentration and irradiation time are given in Fig. 5.

When the removal rates were compared, 0.50-450-3 was found to be more efficient with a removal rate of 68.47
% than TiO$_2$ with 64.40%. Kinetic parameters of reaction rate and half-life were also improved by doping. Rate constant and half-life values were 7.29 $10^{-3}$ min$^{-1}$ and 95.08 min for bare TiO$_2$ while they were found to be 7.82 $10^{-3}$ min$^{-1}$ and 88.64 min for 0.50-450-3. Although the difference may not seem significant, one should keep in mind that the main purpose of doping is to make TiO$_2$ more efficient under sunlight. The results of solar photocatalysis could show a more enhanced activity for B-doped samples since there is no direct correlation between the visible light activity and the photocatalytic activity [30]. But at this time, solar photodegradation is beyond the scope of our study and we could conclude that doping with boron enhances the photodegradation efficiency under UV light.

**CONCLUSION**

Here, we investigated the heterogeneous photocatalytic degradation reaction of 4-NP, using the newly prepared, boron doped TiO$_2$ photocatalysts. We prepared these photocatalysts using the well-established wet-impregnation technique and evaluated the effects of doping conditions on the photocatalytic activities of B-TiO$_2$ catalysts. The doping was proven by SEM-EDX results. Optimization of dopant amount, calcination times and temperatures were performed. The photocatalytic activity and performance of the B-TiO$_2$ photocatalysts were evaluated in terms of removal percentage of 4-NP and also rate constants obtained from pseudo-first order kinetics model. The optimum amount of dopant was found to be 0.50% wt which yielded the best result in terms of pollutant removal. Highest removal of 4-NP was 68.47% which was achieved by calcination of the photocatalyst at 450°C, 3 hours. Photocatalysis was performed with both doped catalyst, 0.50-450-3 and bare TiO$_2$ in order to show the effect of doping. The results indicated that the 4-NP removal as well as kinetic parameters were improved after doping. The findings of this work showed that TiO$_2$ could be doped with boron and used for the photocatalytic degradation of a toxic pollutant in water. In a time when water treatment is more relevant than ever, we think this work could provide a valuable insight for preparing photocatalysts by doping with an element that is in abundance in Turkey. Solar efficiency of boron-doped photocatalysts could be studied in the future, which would be promising for commercial applications.

**Morphology of the Photocatalysts**

In this section we have compared the morphologies of doped and bare photocatalysts and shown that doping has indeed taken place, using elemental analysis. SEM images and EDX spectra of B-doped TiO$_2$ (0.50-450-3) and bare TiO$_2$ are given in Fig. 6.

![SEM images of B-doped TiO$_2$ and bare TiO$_2$](image)

The SEM images of both B-doped TiO$_2$ (450-5-3 TiO$_2$) and bare TiO$_2$ consist of almost spherical particles with an average particle size of ~20 nm. Because of the doping effect of TiO$_2$, B-doped TiO$_2$ nanoparticles show a slight aggregation and the particle size is increased. The EDX spectra that are used to analyze the elemental composition of the photocatalysts demonstrate that the main components are Ti and O elements for both of the photocatalysts, as expected.

No impurities are observed in EDX spectra. The presence of boron in the EDX spectrum of B-doped TiO$_2$ confirms the doping procedure is successfully achieved.

**References**

1. Chen G. Electrochemical technologies in wastewater treatment. Separation and Purification Technology 38 (2004) 11-41.
2. Choi KJ, Kim SG, Kim CW, Kim SH. Effects of activated carbon types and service life on removal of endocrine disrupting chemicals: amitrol, nonylphenol, and bisphenol-A. Chemosphere 58 (2005) 1535-1545.
3. Ahn D-H, Chang W-S, Yoon T-I. Dyestuff wastewater treatment using chemical oxidation, physical adsorption and fixed bed biofilm process. Process biochemistry 34 (1999) 429-439.
4. Rice RG. Applications of ozone for industrial wastewater treatment—a review. Ozone: science & engineering 18 (1996) 477-515.
5. Korzeniewska E, Harnisz M. Relationship between modification of activated sludge wastewater treatment and changes in antibiotic resistance of bacteria. Science of the Total Environment 639 (2018) 304-315.
6. San N, Hatıpoğlu A, Koçtürk G, Çınar Z. Photocatalytic degradation of 4-nitrophenol in aqueous TiO$_2$ suspensions: Theoretical prediction of the intermediates. Journal of Photochemistry and
Photobiology A: Chemistry 146 (2002) 189-197.
7. Jenny Schneider DB, Jinhuai Ye, Gianluca Li Puma, Dionysios D Dionysiou. Photocatalysis: Fundamentals and Perspectives. 2016, London, UK: Royal Society of Chemistry.
8. Pelaez M, Nolan NT, Pillai SC, Seery MK, Kontos AG, Dunlop PSM, Hamilton JWJ, Byrne JA, O'Shea K, Entezari MH, Dionysiou DD. A Review on the Visible Light Active Titanium Dioxide Photocatalysts for Environmental Applications. Applied Catalysis B: Environmental 125 (2012) 331-349.
9. Nakata K, Fujishima A. TiO2 photocatalysis: Design and applications. Journal of Photochemistry and Photobiology C: Photochemistry Reviews 13 (2012) 169-189.
10. Henderson MA. A surface science perspective on TiO2 photocatalysis. Surface Science Reports 66 (2011) 185-297.
11. Etacheri V, Di Valentini C, Schneider J, Bahnemann D, Pillai SC. Visible-light activation of TiO2 photocatalysts: Advances in theory and experiments. Journal of Photochemistry and Photobiology C: Photochemistry Reviews 25 (2015) 1-29.
12. Bora IV, Mewada RK. Visible/solar light active photocatalysts for organic effluent treatment: Fundamentals, mechanisms and parametric review. Renewable and Sustainable Energy Reviews 76 (2017) 1393-1421.
13. Kaya D, San N. Heterogeneous Photocatalytic Degradation of 4-Nitrophenol via TiO2. Surface Science Reports 66 (2011) 4953-4962.
14. Low J, Cheng B, Yu J. Surface modification and enhanced photocatalytic CO2 reduction performance of TiO2: a review. Applied Surface Science 392 (2017) 658-686.
15. Guayaquil-Sosa J, Serrano-Rosales B, Valadés-Pelayo P, De Lasa H. Photocatalytic hydrogen production using mesoporous TiO2 doped with Pt. Applied Catalysis B: Environmental 211 (2017) 337-348.
16. Birben NC, Uygur-Demirez CS, Sen-Kavurmaci S, Gurkan YY, Turkten N, Cinar Z, Bekbolet M. Comparative evaluation of anion doped photocatalysts on the mineralization and decolorization of natural organic matter. Catalysis Today 240, Part A (2015) 125-131.
17. Yuce E, Mert EH, Krajnc P, Parinz FN, San N, Kaya D, Yildirim H. Photocatalytic Activity of Titania/Polydicyclopentadiene PolyHIPE Composites. Macromolecular Materials and Engineering 302 (2017) 1700091.
18. Li J, Liu Y, Li H, Chen C. Fabrication of g-C3N4/TiO2 composite photocatalyst with extended absorption wavelength range and enhanced photocatalytic performance. Journal of Photochemistry and Photobiology A: Chemistry 317 (2016) 151-160.
19. Birben NC, Uygur-Demirez CS, Kavurmaci SS, Gurkan YY, Turkten N, Cinar Z, Bekbolet M. Application of Fe-doped TiO2 specimens for the solar photocatalytic degradation of humic acid. Catalysis Today 281 (2017) 78-84.
20. Turkten N, Cinar Z, Tomrak A, Bekbolet M, Copper-doped TiO2 photocatalysts: application to drinking water by humic matter degradation. Environmental science and pollution research international (2019).
21. Gurkan YY, Turkten N, Hatipoglu A, Cinar Z. Photocatalytic degradation of cefazolin over N-doped TiO2 under UV and sunlight irradiation: Prediction of the reaction paths via conceptual DFT. Chemical Engineering Journal 184 (2012) 113-124.
22. Gurkan Y, Kasapbasi E, Turkten N, Cinar Z. Influence of Se/N Codoping on the Structural, Optical, Electronic and Photocatalytic Properties of TiO2, Molecules 22 (2017) 414.
23. Wang Y, Jia K, Pan Q, Xu Y, Liu Q, Cui G, Guo X, Sun X. Boron-doped TiO2 for efficient electrocatalytic N2 fixation to NH3 at ambient conditions. ACS Sustainable Chemistry & Engineering 7 (2018) 117-122.
24. Wang W-K, Chen J-J, Gao M, Huang Y-X, Zhang X, Yu H-Q. Photocatalytic degradation of atrazine by boron-doped TiO2 with a tunable rutile/anatase ratio. Applied Catalysis B: Environmental 195 (2016) 69-76.
25. Quisiones DH, Rey A, Álvarez PM, Beltrán FJ, Li Puma G, Boron doped TiO2 catalysts for photocatalytic ozonation of aqueous mixtures of common pesticides. Diuron, o-phenylenediamine, MCPA and terbutylazine. Applied Catalysis B: Environmental 178 (2015) 74-81.
26. Khan R, Kim SW, Kim T-J, Nam C-M. Comparative study of the photocatalytic performance of boron-iron Co-doped and boron-doped TiO2 nanoparticles. Materials Chemistry and Physics 112 (2008) 167-172.
27. https://www.boren.gov.tr/pages/reserves/103. [cited 2020 August].
28. Ahmed S, Rasul MG, Martens WN, Brown R, Hashib MA. Heterogeneous Photocatalytic Degradation of Phenols in Wastewater: A Review on Current Status and Developments. Desalination 261 (2010) 3-18.
29. San N, Hatipoglu A, Koctürk G, Cinar Z. Prediction of primary intermediates and the photodegradation kinetics of 3-aminophenol in aqueous TiO2 suspensions. Journal of Photochemistry and Photobiology A: Chemistry 139 (2001) 225-232.
30. Gurkan YY, Kasapbasi E, Cinar Z. Enhanced solar photocatalytic activity of TiO2 by selenium(IV) ion-doping: Characterization and DFT modeling of the surface. Chemical Engineering Journal 214 (2013) 34-44.
31. Choi H, Antoniou MG, Pelaiz M, de la Cruz AA, Shoemaker JA, Dionysiou DD. Mesoporous Nitrogen-Doped TiO2 for the Photocatalytic Destruction of the Cyanobacterial Toxin Microcystin-LR under Visible Light Irradiation. Environmental Science & Technology 41 (2007) 7530-7535.
32. Chen Y-F, Lee C-Y, Yeng M-Y, Chiu H-T. The effect of calcination temperature on the crystallinity of TiO2 nanopowders. Journal of Crystal Growth 247 (2003) 363-370.
33. Xiao Q, Ouyang L. Photocatalytic activity and hydroxyl radical formation of carbon-doped TiO2 nanocrystalline: Effect of calcination temperature. Chemical Engineering Journal 148 (2009) 248-253.